Clinical Success Rate of Compomer and Amalgam Class II Restorations in First Primary Molars: A Two-year Study

Faezeh Ghaderi1* • Ali Mardani2

1Associate Professor, Department of Pediatrics dentistry, Shiraz University of Medical Sciences, Shiraz, Iran
2Under graduate student, Member of Student Research Committee, Shiraz University of Medical Sciences, Shiraz, Iran
*Corresponding Author; E-mail: ghaderi_fa@sums.ac.ir

Received: 1 November 2014; Accepted: 25 February 2015

Abstract

Background and aims. The majority of failures in Class II amalgam restorations occur in the first primary molar teeth; in addition, use of compomer instead of amalgam for primary molar teeth restorations is a matter of concern. The aim of the present study was to compare the success rate of Class II compomer and amalgam restorations in the first primary molars.

Materials and methods. A total of 17 amalgams and 17 compomer restorations were placed in 17 children based on a split-mouth design. Restorations were assessed at 12- and 24-month intervals for marginal integrity, the anatomic form and recurrent caries. Data were analyzed with SPSS 11. Chi-squared test was applied for the analysis. Statistical significance was set at P<0.05.

Results. A total 34 restorations of 28 restorations (14 pairs) of the total restorations still survived after 24 months. Compomer restorations showed significantly better results in marginal integrity. Recurrent caries was significantly lower in compomer restorations compared to amalgam restorations. Cumulative success rate at 24-month interval was significantly higher in compomer restorations compared to amalgam restorations. There was no statistically significant difference in anatomic form between the two materials.

Conclusion. Compomer appears to be a suitable alternative to amalgam for Class II restorations in the first primary molars.

Key words: Amalgam, compomer, dental restorations, primary teeth.

Introduction

The increasing demand for esthetic restorations and the concern over harmful effect of amalgam because of its mercury content are some of the main reasons for limitation of its use in restoring primary teeth. However, there is still controversy regarding the selection of the optimal restorative material. Some tooth-colored restorative materials are now available, including glass-ionomers (GI), resin-modified glass-ionomers (RMGI) and compomer as alternatives to amalgam. However, low flexural and compressive strengths and wear resistance of GI have resulted in less survival rates compared to amalgam in primary molars. The application of composite resins even with simplified adhesive sys-
Compomer and Amalgam Restorations in Primary Molars

Materials and Methods

A total of 17 healthy children (ASA I) from urban areas of Faroogh participated in this study. All the 6-8-year-old children who participated in the study had low socioeconomic status. Their oral health was poor as evidenced by high dental plaque accumulation and dental caries. None of the subjects reported a history of dental visit while they had several dental cavities due to low socioeconomic status. Subjects with paired minimal class II cavities of matched tooth types in same dental arch were included in the study.

Exclusion Criteria

Children with behavioral problems, with primary first molars needing pulp therapy (the teeth with a history of pain, fistula, mobility, periapical radiolucency, furcation involvement, widening of periodontal ligament) and with primary first molars without an adjacent tooth were excluded from the study.

The clinical procedures of the study were explained and consent forms were obtained from parents. The Committee of Research and Ethics of Shiraz University of Medical Sciences approved all the aspects and steps of the protocol.

A split-mouth design with an identical pair of minimal class II cavities of matched tooth types in same dental arch was used.

Primary first molars in each subject were randomly restored with compomer or amalgam.

For amalgam restorations a conventional cavity design was prepared according to Black's principle. For compomer restorations, conservative cavities were prepared, although the retention for compomer was supplied by an adhesive material. Matrix bands and wedges were used to place both materials in cavities. A conventional amalgam mix was used (SINA, IRAN). For compomer (Compomer F2000, 3M, USA) restorations, a self-etching adhesive (Adper Easy Bond One Bottle, 3M ESPE, USA) was applied according to the manufacturer's instructions and cured for 40 seconds.

Both restorations were evaluated after 12, 24 months by clinical and radiographic examinations. A dental probe (Shengkang Co., Ltd, China) was used for the assessment of marginal integrity. If the probe just caught it and did not fall in it was considered M1, and if the explorer tip fell in but the dentin was not exposed it was scored M2. When the dentin was visible it was scored M3. In the M4 score, the dental restoration was lost or fractured as shown in Table 1.

Recurrent carries was assessed by a bitewing radiograph.

Then the score was determined based on criteria shown in Table 1. The modified United States Public Health Service (USPHS) criteria were used by Kilpatrik et al (1995) (Table 1).12

Investigators evaluated the restoration at follow-up visits according to the criteria used by modified USPHS (Kilpatrik et al) for marginal integrity (MI), anatomic form and recurrent carries as follows:

Marginal integrity was ranked as successful when

Table 1. The assessment criteria used to evaluate restorations

| Grade | Approximal and occlusal marginal integrity |
|-------|------------------------------------------|
| M1    | Restoration adapts closely to tooth along margins. |
| M2    | Probe catches in the marginal gap; dentin not visible. |
| M3    | Probe catches in the gap; dentin visible; restoration has failed. |
| M4    | Restoration is fractured or lost; restoration has failed. |

| Grade | Anatomic form |
|-------|---------------|
| A1    | Restoration is continuous with the anatomy of tooth. |
| A2    | Restoration material lost but no dentin exposed. |
| A3    | Dentin exposed by loss of material; restoration has failed. |

| Grade | Recurrent carries |
|-------|------------------|
| R1    | Absent           |
| R2    | Present; restoration has failed. |
Table 2. Clinical success rates of compomer and amalgam in marginal integrity, anatomic form, recurrent carries and cumulative success rates at 12-month recall

| Clinical evaluation parameter | Success rate in Amalgam Restorations | Success rate in Compomer restorations | P-value |
|------------------------------|--------------------------------------|--------------------------------------|---------|
|                              | N         | Percent | N         | Percent | P-value |
| Marginal integrity          | 28        | 90.3%   | 27        | 87.1%   | P=0.554 |
| Anatomic form                | 27        | 87.1%   | 28        | 90.3%   | P=0.554 |
| Recurrent carries            | 4         | 12.9%   | 2         | 6.5%    | P=0.235 |
| Cumulative success           | 24        | 77.4%   | 27        | 87.1%   | P=0.324 |

it scored M1 or M2, similar to anatomic form (A1 or A2). A restoration was considered to be successful when it scored marginal integrity (MI) and anatomic form (AF) grade of either 1 or 2, with no evidence of recurrent carries (cumulative success rate).

Out of 34 restorations, 28 were assessed at the 24-month recall.

Data were analyzed by SPSS 11. Chi-squared test was applied for analysis. Statistical significance was defined at P < 0.05.

Results

After 12 months all the patients returned for the recall visit. At 24 months three patients (6 restorations) did not return for the visit. Recall rates for patients at 12 months and 24 months were 100% and 82%, respectively. Statistical analysis showed no significant differences between the two groups in marginal integrity (P = 0.554), anatomic form (P = 0.554), recurrent carries (P = 0.235) and cumulative successes rates (P = 0.324) after 12 months (Table 2).

Compomer restorations showed significantly better performance in marginal integrity (P = 0.043), recurrent carries (P = 0.003) and cumulative successes rates (P = 0.021) in comparison with amalgam restorations after 24 months (Table 3).

There were no significant differences between the two groups in anatomic form after 24 months (P = 0.432; Table 3).

Discussion

The results of the current study showed no statistically significant differences between amalgam and compomer restorations in marginal integrity, anatomic form and recurrent carries at 12-month follow-up period.

There was a statistically significant difference in marginal integrity between amalgam and compomer restorations at 24-month recall visit. The superiority of compomer restoration in marginal integrity might be attributed to its adhesive property, while amalgam relies purely on mechanical retention.13 Our finding is consistent with Duggal et al,13 who reported that the compomer restoration material had better marginal integrity in comparison with amalgam in primary molar restorations. The results showed that anatomic form of compomer was better than amalgam after 24 months; however, the difference was not statistically significant. Although compomer abraded from the occlusal surface, replacement of restorations due to its surface wear was minimal.

The pulp chamber of first primary molar, especially on the mesial side, is very close to the tooth surface, making it difficult to provide adequate retention for an amalgam restoration.14 Meanwhile, considerable amounts of amalgam restorations were fractured or totally lost.

There were statistically significant differences in the development of dental carries between amalgam and compomer after 24 months. Dental caries usually occurs because of marginal micro-gaps.15 In the current study 20% of amalgam restorations were totally lost, all of which showed recurrent carries. Kavvadia et al16 reported that dental carries occurred at a rate of 3–9% around amalgam restorations in comparison with 5–6% in compomer restorations. In this study recurrent carries in amalgam restorations occurred at a high rate (25%), which might be attributed to the high rate of amalgam loss and poor oral hygiene of the children.

The results of the present study showed that clinical cumulative success of compomer in Class II restorations in the first primary molars was significantly higher than the amalgam restorations at 24-month follow-up. This is not consistent with Kavvadia et al.
Compomer showed higher success rates in Class II primary first molar restorations in comparison with amalgam. The clinical performance of compomer in primary first molars was more acceptable after two years compared to amalgam.

Acknowledgments
The authors would like to acknowledge Research Deputy of Shiraz Dental School. The authors also would like to appreciate the participation of the children in the study. The manuscript was prepared from an undergraduate dissertation for a doctorate degree in dentistry at Shiraz University of Medical Sciences (No. 1391).

References
1. Dahl JE, Ericson HM. Reasons for replacement of dental amalgam restorations. Scan J Dent Res 1978;68:404-7.7.
2. Levering NJ, Messer B. The durability of primary molar restorations: I. Observation and prediction of success of amalgams. Pediatr Dent 1988;10:74-80.
3. Marks LA, Weerheijm KL, van Amerongen WE, Groen HJ, Martens LC. Dyract versus Tytin Class II restorations in primary molars: 36 months evaluation. Caries Res 1999;33:387-92. doi: 10.1159/000016538
4. Qvist V, Manscher E, Teglers PT. Resin modified and conventional glass ionomer restorations in primary teeth: 8-year results. J Dent 2004;32:285-94. doi: 10.1016/j.jdent.2004.01.001
5. Burke FG, Fleming GJ, Own FJ, Watson DJ. Materials for restoration of primary teeth: II glass ionomers restorative derivate and composers. Dent Update 2002;29:10-7.
6. Prosse HJ, Powis DR, Brant P, Wilson AD. Characterization of glass-ionomer cement. The physical properties of current material. J Dent 1984; 12:231-40.
7. Attin T, Opatowski A, Meyer C, Zingg-meyer B, Buchalla W, Monting JS. Three- year follow up assessment of class II restorations in primary molars with a polyacid-modified composite resin and a hybrid composite. Am J Dent 2001;14:148-52.
8. Attin T, Vataschki M, Hellwig E. properties of resin modified glass-ionomer restorative materials and two polyacid modified resin composite materials. Quintessence Int 1996;27:203-9.
9. Daou MH, Attin T, Göhring TN. Clinical success of compomer and amalgam restorations in primary molars: follow up in 36 months. Schweiz Monatsschr Zahnhed 2009;119:1082-88.
10. Qvist V, Poulsen A, Teglers PT, Mjör IA. The longevity of different restorations in primary teeth. Int J Paediatr Dent 2010;20:1-7. doi: 10.1111/j.1365-263x.2009.01017.x
11. Holland IS, Walls AWG, Wallwork MA, Murray JJ. The longevity of amalgam restorations is deciduous molars. Br Dent J 1986;161:255-8. doi: 10.1038/sj.bdj.4805948
12. Kilpatrick NM, Murray JJ, McCabe JE. The use of reinforced glass ionomer cement for the restoration of primary molars: a clinical trial. Br Dent J 1995;179:175-9. doi: 10.1038/sj.bdj.4808867
13. Duggal MS, Toumba K, Sharma NK. Clinical performance of compomer and amalgam for the interproximal restoration of primary molars: A 24 month evaluation. Br Dent J 2002;193:339-42. doi: 10.1038/sj.bdj.4801560
14. Nash DA. The nickel-chromium crown for restoring posterior primary teeth. J Am Dent Assoc 1981;102: 44-6.
15. Barr-Agholme M, Odén A, Dahllöf G, Modeé. A two-year clinical study of light-cured composite and amalgam restorations in primary molars. Dent Master 1991;7:230-3. doi: 10.1016/s1010-5641(05)80020-x
16. Kavvadia K, Kakaboura A, Vandersas AP, Pappiannolis L. Clinical evaluation of compomer and amalgam primary teeth class II restorations: A 2-year comparative study. Pediatr Dent 2004;26:245-50.
17. Soncini JA, Maserejian NN, Trachtenberg F, Tavares M, Hayes C. The longevity of amalgam versus compomer/composite restorations in posterior primary and permanent teeth: findings From the New England Children's Amalgam Trial. J Am Dent Assoc 2007;138:763-72.